Sol-Gel Synthesis of 5 V LiCu$_x$Mn$_{2-x}$O$_4$ as a Cathode Material for Lithium Rechargeable Batteries

A. Sulochana, R. Thirunakaran, A. Sivashanmugam, S. Gopukumar, and Jun-ichi Yamaki

Central Electrochemical Research Institute, Karaikudi-630 006, Tamil Nadu, India

Institute of Advanced Materials Chemistry and Engineering, Kyushu University, Kasuga 816-8580, Japan

Spinel LiCu$_x$Mn$_{2-x}$O$_4$ (0.025 ≤ x ≤ 0.1) has been synthesized using oxalic acid as the chelating agent using a sol-gel method to obtain submicrometer-sized particles, good surface morphology, homogeneity, agglomeration, and high crystallinity involving short heating time. X-ray diffraction (XRD), scanning electron microscopy (SEM), Fourier transform infrared spectroscopy, and thermogravimetric and differential thermal analysis were carried out for the physical characterization of the synthesized powder. The XRD patterns of LiCu$_x$Mn$_{2-x}$O$_4$ show the single-phase spinel product, which is in good agreement with the JCPDS card (35-782). SEM images show that the particles, on the average, are of 50 nm in size and are present as agglomerated clusters at all dopant levels. Electrochemical cycling studies of the compound were carried out between 3 and 5 V to understand the redox behavior of Cu$^{2+}$ ions. The charge–discharge cycling studies of spinel material with Cu stoichiometry of x = 0.1 calcined at 850°C exhibit an initial discharge capacity of 130 mAh g$^{-1}$ and stabilized at 120 mAh g$^{-1}$.

Figure 1. Flow chart for the synthesis of LiCu$_x$Mn$_{2-x}$O$_4$ by a sol-gel route using oxalic acid as the chelating agent.
Results and Discussion

Thermal studies.— Figures 2a–c present TG/DTA curves of LiCu$_x$Mn$_{2-x}$O$_4$ precursors with different Cu doping levels. The thermal behavior of TG/DTA plots (Fig. 2a and b) for the precursors with Cu levels of $x =$ 0.025 and 0.05 show a similar trend. These curves exhibit two exothermic peaks centered at around 150 and 250°C. The first exothermic event corresponding to a weight loss of 22% may be ascribed to the removal of water. The second exothermic peak is combined with a huge weight loss of 40% over a temperature range of 200–330°C and assigned to the formation of the respective oxides. Gravimetrically stable behavior observed beyond 300°C confirms the completion of thermal events. Furthermore, it is apparent that the sol-gel synthesis using oxalic acid as the chelating agent with the respective metal salts proceeds via oxalate intermediates, resulting in the formation of spinel compound. This fact is supplemented by FTIR spectra of the precursors (Fig. 4d). Even though the profile of TG curves for these precursors are similar in all the cases, an overall reduction in weight loss (only 40% as against 62%) is observed in the case of precursor with higher Cu dopant level (Fig. 2c). Furthermore, it is also interesting to note that the DTA plot for the precursor with higher Cu dopant level is quite different. Although the thermal events appear around 100–330°C in all the cases, the first exothermic zone is accomplished with two peak signatures centering between 105 and 150°C in the case of samples with 0.1 Cu. This may be ascribed to the earlier progression of the thermal decomposition reaction of the slightly excess copper nitrates. Furthermore, the reduction in overall weight loss may be due to the complete decomposition of oxalate intermediates. Thus, the thermal analysis data ratifies that the formation of copper-doped spinel begins above 250°C, as is evident from the appearance of a low-intensity peak signature in the XRD pattern at 250°C (Fig. 3) corresponding to plane 111 at $\sim$ 19° 20 angle.

X-ray diffraction.— Figure 3 shows the XRD patterns of LiCu$_{0.10}$Mn$_{1.90}$O$_4$ calcined at different temperatures: (a) 250, (b) 400, (c) 600, and (d) 850°C. The diffraction profiles match well in accordance with the JCPDS card no. 35-782 confirming the formation of pristine spinel product without any impurity even calcined at 250°C. The appearance of narrow peaks with comparable width in the XRD patterns at all temperatures indicates that the samples possess high crystallinity. The XRD pattern of the sol-gel-derived LiCu$_{0.1}$Mn$_{1.99}$O$_4$ is in good agreement with that of LiCu$_{0.1}$Mn$_{1.99}$O$_4$$^{21}$ synthesized through the solid-state technique. The XRD pattern for the sample heated at 850°C shows high-intensity peaks corresponding to planes (111), (311), and (400), thereby confirming the occupancy of lithium ions in tetrahedral 8a sites, and the manganese ions in 16d sites and O$_2^-$ ions in 32e sites.$^{22}$ The small peaks corresponding to planes (533) and (622) indicate the occupancy of a small amount of copper in 8a tetrahedral sites in the spinel structure.

FTIR spectroscopy.— Figure 4d depicts a typical FTIR profile for LiCu$_{0.025}$Mn$_{1.975}$O$_4$ and LiCu$_{0.1}$Mn$_{1.99}$O$_4$ precursors. The bands centered between 1416 and 1574 cm$^{-1}$ indicate that the process of spinel formation takes place through oxalate intermediates. The
FTIR spectra of LiCu$_x$Mn$_{2-x}$O$_4$ at various copper doping levels (viz. 0.025, 0.05, and 0.10) calcined at 850°C are shown in Fig. 4a-c. The adsorption peaks for Mn–O and Cu–O are seen around 521.26 and 614.98 cm$^{-1}$, respectively. These bands are ascribed to the stretching vibration of Mn–O and Cu–O bond. A slight shift in absorption peaks for Mn–O and Cu–O are observed at higher copper dopant levels ($x = 0.05$ and 0.10). Furthermore, the absence of oxalate peaks at higher wavenumber may be ascribed due to the complete decomposition of nitrate precursors. This vindicates that the precursors were completely decomposed and resulted in the formation of a pristine spinel compound.

SEM and TEM analysis.— Figures 5a-c show the SEM images of LiCu$_x$Mn$_{2-x}$O$_4$ at different copper doping levels (viz. 0.025, 0.05, and 0.10) calcined at 850°C. It is evident from Fig. 5a-c that the copper-doped spinel particles are of submicrometer-sized spherical-shaped grains. A typical TEM image and diffraction pattern of the LiCu$_{0.1}$Mn$_{1.99}$O$_4$ sample is shown in Fig. 5d. It is evident that the particles are very crystalline and present as agglomerates, with average grain size of the primary particles are ~50 nm.

Charge–discharge studies.— Figures 6-8 depict the charge–discharge and cycling behavior of LiCu$_x$Mn$_{2-x}$O$_4$ samples with different copper concentrations (viz. 0.025, 0.05, and 0.10) calcined at 850°C, respectively. The cells were cycled between 3.0 and 5.0 V at a C/10 rate. The sample with the low amount of copper ($x$
Figure 6. (a) Typical charge–discharge behavior of LiCu_{0.025}Mn_{1.975}O_4 calcined at 850°C. (b) Cycle number vs capacity of LiCu_{0.025}Mn_{1.975}O_4 calcined at 850°C.

Figure 7. (a) Typical charge–discharge behavior of LiCu_{0.10}Mn_{1.9}O_4 calcined at 850°C. (b) Cycle number vs capacity of LiCu_{0.10}Mn_{1.9}O_4 calcined at 850°C.

Figure 8. (a) Typical charge–discharge behavior of LiCu_{0.10}Mn_{1.9}O_4 calcined at 850°C. (b) Cycle number vs capacity of LiCu_{0.10}Mn_{1.9}O_4 calcined at 850°C.

$= 0.025$) with spinel structure exhibits a specific capacity of 130 mAh g$^{-1}$ during the first discharge. Furthermore, it can be seen that an increase in the initial discharge capacity is observed with an increase in the dopant concentration up to the investigated level of 0.10 Cu. In the case of electrodes with 0.05 Cu, the discharge capacity stabilizes at $\approx 100$ mAh g$^{-1}$ and, for those with 0.10 Cu, the discharge capacity stabilizes at $\approx 120$ mAh g$^{-1}$ over the investigated 15 cycles. Furthermore, in the present case, it can be seen that, at lower concentration of Cu doping (0.025 and 0.05), two plateaus appear in the 4 V region and, at 1.0 Cu stoichiometry, the two plateaus in the 4 V region diminish and a new plateau emerges at $\approx 4.9$ V, attributed to the Cu$^{2+}$-to-Cu$^{3+}$ oxidation state. The present results are superior to earlier studies of Ein-Eli et al., wherein LiCu_{0.1}Mn_{1.9}O_4 spinel has been synthesized through the solid-state route with Cu doping (0.1–0.5) delivering an initial discharge capacity of 120 mAh g$^{-1}$ stabilizing at 70 mAh g$^{-1}$ after 15 cycles.

Conclusion

LiCu_{x}Mn_{2-x}O_4 ($x = 0.025, 0.05,$ and 0.10) has been synthesized through an oxalic acid–assisted sol-gel route for use as cathode material in lithium rechargeable batteries capable of operating up to 5 V. XRD analysis confirms that this synthesis route yields spinel product even at a low calcination temperature of 250°C. These electrochemically active particles, on the average, are of 50 nm in size and present as agglomerated clusters, which is evident from TEM analysis. The charge–discharge cycling studies on these materials reveal the material in lithium rechargeable batteries capable of operating up to 5 V. XRD analysis confirms that this synthesis route yields spinel product even at a low calcination temperature of 250°C. These electrochemically active particles, on the average, are of 50 nm in size and present as agglomerated clusters, which is evident from TEM analysis. The charge–discharge cycling studies on these materials reveal that an increase in the initial discharge capacity is observed with an increase in the dopant concentration up to the investigated level of 0.10 Cu. In the case of electrodes with 0.05 Cu, the discharge capacity stabilizes at $\approx 100$ mAh g$^{-1}$ and, for those with 0.10 Cu, the discharge capacity stabilizes at $\approx 120$ mAh g$^{-1}$ over the investigated 15 cycles. Furthermore, in the present case, it can be seen that, at lower concentration of Cu doping (0.025 and 0.05), two plateaus appear in the 4 V region and, at 1.0 Cu stoichiometry, the two plateaus in the 4 V region diminish and a new plateau emerges at $\approx 4.9$ V, attributed to the Cu$^{2+}$-to-Cu$^{3+}$ oxidation state. The present results are superior to earlier studies of Ein-Eli et al., wherein LiCu_{0.1}Mn_{1.9}O_4 spinel has been synthesized through the solid-state route with Cu doping (0.1–0.5) delivering an initial discharge capacity of 120 mAh g$^{-1}$ stabilizing at 70 mAh g$^{-1}$ after 15 cycles.

Acknowledgments

The authors thank the Japan Science and Technology Agency, Japan for funding this CREST project.

Central Electrochemical Research Institute assisted in meeting the publication costs of this article.

References

A210
